Microstructure and mechanical properties of CP-Ti subjected to UIT

R R Hairullin¹,², A I Kozelskaya², A V Panin¹,² and M S Kazachenok²
¹ Tomsk, 634050, Russia, National Research Tomsk Polytechnic University.
² Tomsk, 634055, Russia, Institute of Strength Physics and Materials Science SB RAS.

E-mail: hairullin@list.ru

Abstract. The ultrasonic impact treatment (UIT) effect on microstructure and mechanical properties of commercial purity titanium (CP-Ti) was studied. The microstructure was investigated by X-ray diffraction analysis and optical profilometer New View 6200. The microhardness of CP-Ti specimens was measured by microhardness tester with the Vickers pyramid. It was found that UIT of CP-Ti specimens led to severe plastic deformation of surface layer with a thickness equal to 120 μm. This was accompanied by an increase in compressive residual stresses, a growth of the microhardness, a crystallographic texture change and a rise of density of deformation twins in surface layers of titanium specimens. It was shown that the deformation twins play a determining role in microstructure and mechanical properties changes of the surface layer of titanium specimens.

1. Introduction
It is well-known, that ultrasonic impact treatment (UIT) has been an efficient way to improve the physical and mechanical properties of constructional materials [1-8]. Many articles covered UIT is aimed to study the effect UIT modes on performance properties of steels. For example, it has been shown in [9] that UIT of S45C steel leads to an increase in fatigue life with the growth of a vibration strike number by as much as 33%. Furthermore, Yasuoka et al. [10] have revealed that UIT is appropriate for improving the fatigue strength of SUS304 shafts especially at optimum static load. Moreover, Ye et al. [11] have studied UIT processing of SUS 304. Their results have shown that this process leads to high levels of near-surface compressive residual stresses and dramatic changes in microstructure and hence local and bulk mechanical properties. However, the issue of the UIT effect on the physical and mechanical properties of titanium alloys remains poorly understood. The purpose of this work is to study the effect of ultrasonic impact treatment on microstructure and mechanical properties of commercial purity titanium. It is expected that UIT of CP-Ti allows us to change its texture, values of residual stresses and microhardness.

2. Experimental details
The specimens of commercial purity titanium (0.2 % Al, 0.4 % Zr, 0.3 % Mn, 0.01 % Cr, 0.06 % Si, 0.2 % Fe, 0.02 % Cu and 98.8 % Ti) were annealed for an hour in a vacuum chamber at a temperature of 750 °C and then mechanically polished to a mirror finish. The average grain size of specimens was approximately 100 μm (figure 1). After that, the specimens were subjected by UIT. The UIT of the titanium specimens was carried out by excitation of ultrasonic oscillations in a treating tool. The processing parameters of UIT are presented in table 1.
The microstructure of the titanium specimens was studied by optical profilometer New View 6200. X-ray diffraction analysis of specimens was performed by a DRON-7 X-ray diffractometer with Co Kα-radiation. The thickness of the modified surface layer was estimated from the measurement of the in-depth microhardness of the titanium specimens after UIT. The measurements were performed by microhardness tester with the Vickers pyramid. The indenter load was equal to 50 g. All the measurements were conducted at room temperature.

3. Results and discussion

According to investigations, deformation twins of a high density are generated in the surface and subsurface regions of CP-Ti specimens subjected to UIT (figure 2). It should be noted, that the twin length is limited by grain size. The deformation twins can intersect with each other. As shown on the figure 2, b UIT of specimens leads to the severe plastic deformation of the material surface. The thickness of the deformation layer is about 120 μm.

Figure 3 shows that the initial microhardness of the titanium specimens is 1300 MPa. However, further UIT leads to an increase in surface microhardness up to 2000 MPa. The thickness of plastic deformation surface layer is about 120 μm that correlates well with the data obtained by microstructural investigations (figure 2).

Table 1. The processing parameters of UIT.

| Parameter                        | Value  |
|----------------------------------|--------|
| Frequency (kHz)                  | 22     |
| Amplitude (μm)                   | 40     |
| Static load (N)                  | 200    |
| Diameter of the deforming tool (mm) | 5     |
| Scanning speed (ms⁻¹)            | 0.015  |

The microstructure of the titanium specimens was studied by optical profilometer New View 6200. X-ray diffraction analysis of specimens was performed by a DRON-7 X-ray diffractometer with Co Kα-radiation. The thickness of the modified surface layer was estimated from the measurement of the in-depth microhardness of the titanium specimens after UIT. The measurements were performed by microhardness tester with the Vickers pyramid. The indenter load was equal to 50 g. All the measurements were conducted at room temperature.

Figure 1. The surface microstructure of the titanium specimens.

Figure 2. Deformation twins of the titanium specimens subjected to UIT.

Figure 3. Initial microhardness of the titanium specimens.

Figure 4. X-ray diffraction analysis of the titanium specimens.
The deformation twins that are observed in the surface and subsurface regions of CP-Ti specimens subjected to UIT lead to the reorientation of grains [12,13]. Hence, there is a change of a crystallographic texture in titanium specimens (figure 4). Moreover, the intersection of deformation twins promotes a grain refinement. As a result, the microhardness in the surface layer of titanium specimens is increased.

The formation of compressive residual stresses is associated with severe plastic deformation of the surface layer of titanium specimens under the strikes of the deforming tool vibrating at high frequency.

It is well known, that grain boundaries are an effective barrier for dislocation motion and its propagation deep into the material. As a consequence, the thickness of the hardened layer is determined primarily by the grain size of specimens and limited to one or two grains (figure 2, b).

**Figure 2.** The surface (a) and the cross-sectional (b) microstructure of the titanium specimens subjected to UIT.

**Figure 3.** In-depth microhardness $H_p$ of the titanium specimens subjected to UIT.
4. Conclusion

Thus, it was shown that ultrasonic impact treatment of commercial purity titanium specimens led to severe plastic deformation of their surface layer that was accompanied by an increase in compressive residual stresses, a crystallographic texture change and hardening of surface and subsurface regions. The thickness of the hardened layer was about 120 μm and limited by the grain size of titanium specimens. The main reason of the microhardness growth and a change of the crystallographic texture was a formation large numbers of the deformation twins in the surface layer of titanium specimens during ultrasonic impact treatment.

Acknowledgements

The work has been carried out at the financial support of the Russian Science Foundation (grant No. 14-19-00766).

References

[1] Amanov A, Penkov O V, Pyoun Y S and Kim D E 2012 Tribol. Int. 54 106–113
[2] Fan Z, Xu H, Li D, Zhang L and Liao L 2012 Procedia Eng. 27 1718 – 1722
[3] Cherif A, Pyoun Y S and Scholtes B 2010 J. Mater. Eng. Perform. 19 282-286
[4] Liao M, Chen W R and Bellinger N C 2008 Int. J. Fatigue 30 717–726
[5] Wu B, Wang P, Pyoun Y, Zhang J and Murakami R 2012 Surf. Coat. Tech. 213 271-277
[6] Berg-Pollack A, Voellmecke F-J and Sonsino C M 2011 Int. J. Fatigue. 33 513–518
[7] Yang X, Ling X and Zhou J 2014 Int. J. Fatigue. 61 28–38.
[8] Liu Y, Wang D, Deng C, Xia L, Huo L, Wang L and Gong B 2014 Int. J. Fatigue. 66 155–160
[9] Cao X J, Pyoun Y S and Murakami R 2010 Appl. Surf. Sci. 256 6297–6303
[10] Yasuoka M, Wang P, Zhang K, Qiu Z, Kusaka K, Pyoun Y S and Murakami R 2013 Surf. Coat. Technol. 218 93–98
[11] Chang Y, Telang A, Gill A S, Suslov S, Idell Y, Zwieacker K, Wiezorek M K, Zhou Z, Qian D, Mannava S R and Vasudevan V K 2014 Mater. Sci. Eng. A. 613 274–288
[12] Mordyuk B N, Karasevkaya O P, Prokopenko G I and Khripta N I 2012 Surf. Coat. Technol. 210 54–61.
[13] Mordyuk B N, Karasevkaya O P and Prokopenko G I 2013 Mater. Sci. Eng. A. 559 453–461.